12-1-2000

Effect of Gate Leakage Current on Noise Properties of AlGaN/GaN Field Effect Transistors

S. L. Rumyantsev
N. Pala
M. S. Shur
R. Gaska
M. E. Levinshtein

See next page for additional authors

Follow this and additional works at: http://scholarcommons.sc.edu/elct_facpub

Part of the Electronic Devices and Semiconductor Manufacturing Commons, and the Other Electrical and Computer Engineering Commons

Publication Info

This Article is brought to you for free and open access by the Electrical Engineering, Department of at Scholar Commons. It has been accepted for inclusion in Faculty Publications by an authorized administrator of Scholar Commons. For more information, please contact SCHOLARC@mailbox.sc.edu.
Effect of gate leakage current on noise properties of AlGaN/GaN field effect transistors
S. L. Rumyantsev, N. Pala, M. S. Shur, R. Gaska, M. E. Levinshtein, M. Asif Khan, G. Simin, X. Hu, and J. Yang

Citation: Journal of Applied Physics 88, 6726 (2000); doi: 10.1063/1.1321790
View online: http://dx.doi.org/10.1063/1.1321790
View Table of Contents: http://scitation.aip.org/content/aip/journal/jap/88/11?ver=pdfcov
Published by the AIP Publishing

Articles you may be interested in
Mechanisms of current collapse and gate leakage currents in AlGaN/GaN heterostructure field effect transistors
J. Vac. Sci. Technol. B 21, 1844 (2003); 10.1116/1.1589520

Low frequency noise in GaN/AlGaN heterostructure field effect transistors in non-ohmic region
J. Appl. Phys. 93, 10030 (2003); 10.1063/1.1574599

Delta-doped AlGaN/GaN metal–oxide–semiconductor heterostructure field-effect transistors with high breakdown voltages
Appl. Phys. Lett. 81, 4649 (2002); 10.1063/1.1527984

Gate leakage effects and breakdown voltage in metalorganic vapor phase epitaxy AlGaN/GaN heterostructure field-effect transistors
Appl. Phys. Lett. 80, 3207 (2002); 10.1063/1.1473701

AlGaN/GaN metal–oxide–semiconductor heterostructure field-effect transistors on SiC substrates
Effect of gate leakage current on noise properties of AlGaN/GaN field effect transistors

S. L. Rumyantsev, N. Pala, M. S. Shur, and R. Gaska
Department of Electrical, Computer, and Systems Engineering and Center for Integrated Electronics and Electronics Manufacturing, CII 9017, Rensselaer Polytechnic Institute, Troy, New York 12180-3590

M. E. Levinstein
Solid State Electronics Division, The Ioffe Physical-Technical Institute of Russian Academy of Sciences, 194021, St. Petersburg, Russia

M. Asif Khan, G. Simin, X. Hu, and J. Yang
Department of Electrical and Computer Engineering, University of South Carolina, Columbia, South Carolina 29208

Received 13 June 2000; accepted for publication 7 September 2000

The effect of the gate leakage current fluctuations on noise properties of AlGaN/GaN heterostructure field effect transistors (HFETs) has been studied in conventional HFET structures and in AlGaN/GaN metal-oxide-semiconductor heterostructure field effect transistors (MOS-HFETs). The comparison of the noise properties of conventional AlGaN/GaN HFETs and AlGaN/GaN MOS-HFETs fabricated on the same wafer, allowed us to estimate the contribution of the gate current noise to the HFET’s output noise. The effect of the gate current fluctuations on output noise properties of HFETs depends on the level of noise in the AlGaN/GaN HFETs. For the transistors with a relatively high magnitude of the Hooge parameter \( \alpha \sim 10^{-3} \), even a relatively large leakage current \( I_g (I_g/I_d \sim 10^{-3} - 10^{-2}) \), where \( I_d \) is the drain current) does not contribute much to the output noise. In HFETs with a relatively small values of \( \alpha (\alpha \sim 10^{-5} - 10^{-4}) \), the contribution of the leakage current to output noise can be significant even at \( I_g/I_d \sim 10^{-4} - 10^{-3} \). For such transistors, a very rapid increase of the 1/f noise with gate bias was observed. The differences in the noise behavior can be linked to the material quality of the AlGaN and GaN layers in different types of HFETs.

© 2000 American Institute of Physics. [S0021-8979(00)08823-X]

I. INTRODUCTION

AlGaN/GaN heterostructure field effect transistors (HFETs) have an excellent potential for high power, high frequency, and low noise applications.

Low frequency noise is one of the most important characteristics of HFETs, and the noise has to be low in the entire range of the operation gate biases. In several articles, a substantial increase of the relative spectral noise density of drain current fluctuations in AlGaN/GaN HFETs with gate voltage increase has been reported. One of the possible reasons for the dependence of low frequency noise on gate bias is the contribution of the gate leakage current noise to the output noise.

In this article, the contribution of the gate leakage current fluctuations to the output drain current noise of AlGaN/GaN HFETs was studied by three different methods. First, we studied the low frequency noise properties of the AlGaN/GaN HFETs and metal-oxide-semiconductor heterostructure field effect transistors (MOS-HFETs) fabricated on the same wafer under identical conditions. The MOS-HFETs had an extremely low gate leakage current and the difference in gate current between HFETs and MOS-HFETs was several orders of magnitude. Second, the gate current fluctuations were measured directly in AlGaN/GaN HFETs. The appropriate analysis of the results also allowed us to calculate the contribution of gate current fluctuations to the output noise. Third, the correlation between the gate and drain current fluctuations was measured and analyzed.

II. EXPERIMENTAL DETAILS

AlGaN/GaN heterostructures were grown by low pressure metalorganic chemical vapor deposition at 1000 °C and 76 Torr.

The first set of the structures was grown on insulating 4H–SiC. A 0.4 \( \mu m \) insulating GaN layer and a 50 nm \( n \)-GaN layer with an estimated doping level between \( 2 \times 10^{17} \) and \( 5 \times 10^{17} \text{cm}^{-3} \) follow a 50 nm AlN buffer. The heterostructures were capped with a 30 nm Al\(_{0.2}\)Ga\(_{0.8}\)N barrier layer, which was doped with silicon approximately to \( 2 \times 10^{18} \text{cm}^{-3} \). The measured room temperature Hall mobility and sheet carrier concentration were 1150 cm\(^2\)V\(^{-1}\)s and 1.2 \( \times 10^{12} \text{cm}^{-2} \), respectively. Prior to the transistor fabrication, a 7 nm SiO\(_2\) layer was deposited on a part of the heterostructure using plasma enhanced chemical vapor deposition. The MOS-HFETs were fabricated on the oxidized part of the wafer. The conventional HFETs were fabricated on the nonoxidized part of the same wafer under identical conditions. The transistors had a source-drain spacing of 5 \( \mu m \) and a gate

---

\(^{a}\)On leave from Ioffe Institute of Russian Academy of Sciences, 194021 St. Petersburg, Russia.

\(^{b}\)Electronic mail: palan@rpi.edu
III. RESULTS AND DISCUSSION

Figure 1 shows transfer current voltage characteristics of the transistors HFETs and MOS-HFETs fabricated on the same wafer under identical conditions on insulating 4H–SiC. The dependencies of the absolute value of the gate leakage current $I_g$ on gate voltage are also shown. In order to analyze the role of the gate current in noise properties the HFETs with relatively high current $I_g$ were chosen. It is seen that the gate leakage current in MOS-HFETs is several orders of magnitude less than in HFETs. The extremely low current $I_g$ in MOS-HFETs allows us to obtain more than eight orders of magnitude dynamical range of the drain current as compared with three-to-four orders of magnitude for the HFETs. At subthreshold gate voltages ($V_g \leq -4.5$ V for the HFETs and $V_g \leq -10$ V for the MOS-HFETs), the drain current is nearly equal to the gate current $I_g$. Hence the contribution of the gate current noise $S_{Ig}$ to drain current fluctuations is the largest in this voltage regime. The ratio $I_g/I_d$ decreases very rapidly with the gate voltage increase, and the contribution of the gate current to the drain current should decrease, as well.

The dependence of the gate leakage current, $I_g$, on the gate voltage $V_g$ for the structures of the AlGaN/GaN HFETs on a conducting 6H–SiC substrate, were presented in Ref. 2. For the experiments described in this article, we chose the structures with the $I_d(V_g)$ dependencies similar to those shown in Fig. 1 for HFETs.

In order to determine a possible contribution of the gate current to the output noise at different gate biases we compared the noise gate voltage dependencies for the MOS-HFETs and HFETs.

The noise spectra $S_{Id}/I_d^2$ have the form of $1/f^\gamma$ noise with $\Gamma$ close to unity ($\Gamma = 1.0-1.15$) for both HFETs and MOS-HFETs on insulating 4H–SiC substrates, and for the conducting SiC substrates. At low drain biases, $V_d<1$ V, the spectral noise density of drain current fluctuations $S_{Id}$ was proportional to the square of the drain voltage $S_{Id} \sim V_d^2$ (Fig. 2). Close to the saturation $S_{Id}$ increases somewhat faster and saturates at approximately the same drain voltage as the drain current. In the saturation region, the noise is nearly independent of the drain bias, see Fig. 2.

Figure 3 shows the dependencies of the relative spectral noise density $S_{Id}/I_d^2$ on drain current for several HFETs and MOS-HFETs at constant drain voltage $V_d=0.5$ V. For the devices from the first set of structures (on 4H–SiC insulating substrates) at high drain current ($V_g=0$), the values of $S_{Id}/I_d^2$ are almost the same for both HFETs and MOS-HFETs. The noise level corresponded to the Hooge
The noise spectral density \( S_{I_d} \) increased fairly rapidly for a rapid increase in noise was accompanied by a gate voltage fluctuations of the drain current due to this mechanism can be estimated as

\[
\frac{S_{I_d}}{I_d} = \frac{S_{V_g}}{R_g^2 I_d^2} \cdot \frac{r^2}{g^2},
\]

where \( S_{V_g} \) is spectral noise density of gate voltage fluctuations.

If the entire gate current flows to the source, it produces the voltage fluctuations across source series contact resistance \( R_c \) and across a fraction of the channel resistance, \( R_{ch} \). This resistance is on the order of \( R_c + \beta R_{ch} \), where \( \beta \) is a parameter that depends on the gate current and is on the order of 0.2–0.5. In the linear regime, this resistance is close to half of the output resistance \( r = V_d/I_d \). Hence, the fluctuations of the drain current due to this mechanism can be estimated as

\[
\frac{S_{I_d}}{I_d} = \frac{S_{V_g}}{R_g^2 I_d^2} \cdot \frac{r^2}{g^2},
\]

where \( g \) is the external transconductance in the linear region.

Figure 4 illustrates the possible contribution of gate current fluctuations to the output noise of the structures with a relatively high level of 1/\( f \) noise (4H–SiC insulating substrate) and structures with low 1/\( f \) noise (6H–SiC conducting substrate). Curves labeled 1 in Figs. 4(a) and 4(b) show the measured dependencies of the drain current fluctuations \( S_{I_d}/I_d^2 \) on the drain current. Symbols on curves 2 and 3 represent the contribution of the gate current fluctuations to the output noise for this structure calculated according to Eqs. (1) and (2), respectively, using the experimental values of \( S_{V_g} \), \( r \), and \( g \).

Eqs. (1) and (2) represent the upper bound for these two mechanisms of the gate leakage current contribution to noise. Therefore Fig. 4(a) shows that in the HFETs with a relatively high level of 1/\( f \) noise, the gate leakage current fluctuations do not contribute much to the output noise.

As shown in Fig. 4(b), fluctuations of gate current can cause the output noise in the low noise devices (on conducting 6H–SiC structures). The transistors on both insulating and conducting SiC had the same order of magnitude. However, the value of Hooge constant \( \alpha \) for these devices differed by approximately one order of magnitude.

If the gate current fluctuations cause the HFETs output noise, drain and gate current fluctuations should be correlated.

To confirm these conclusions, the direct measurements of the gate current fluctuations have been performed.

The gate current is divided between drain and source in proportion, which depends on the gate-source and gate-drain biases and source and drain series resistances. The part of the gate current flowing to the drain gives an additive contribution to the output noise. The part of the gate current flowing to the source produces voltage fluctuations, which are amplified by the transistor.

In order to measure the gate current fluctuations, a small resistor \( R_g \) should be connected in series with the gate. If the entire gate current flows to the drain, the relative spectral noise density of drain current fluctuations due to the gate current fluctuations is given by

\[
\frac{S_{I_d}}{I_d} = \frac{S_{V_g}}{R_g^2 I_d^2},
\]

The transistors on both insulating substrates from the second set (conducting 6H–SiC substrate) were characterized by a low level of 1/\( f \) noise, which corresponded to the Hooge parameter \( \alpha = 10^{-4} \). For these structures, spectral noise density \( S_{I_d}/I_d^2 \) sharply increased with a drain current decrease (see the dashed line in Fig. 3). When the drain current decreased by a factor of less than 2, the noise spectral density \( S_{I_d}/I_d^2 \) increased by 20 dB for these devices. At the same time, for the high noise level devices, the noise increased by only 12 dB when the current changed from \( 2 \times 10^{-2} \) to \( 10^{-2} \) A.

A rapid increase in noise was accompanied by a gate leakage current \( I_g \). Hence, one can assume that in these HFETs, the gate current fluctuations contribute to the output noise.

At small drain current \( I_d < 0.002 \) A (large negative gate voltage), the transistors from the second set demonstrated unstable noise spectra which were not reproducible. Such a behavior can be considered as an additional evidence that the gate leakage current fluctuations contribute to the output noise.
In order to measure the cross spectrum of gate and drain current fluctuations, the signals from the drain and gate resistors were fed to the two inputs of a differential amplifier, which produced either the sum \( \delta V_\text{sum} = (\delta V_g + \delta V_d) \) or the difference \( \delta V_\text{diff} = (\delta V_g - \delta V_d) \) of these signals. The spectral noise densities \( S_\text{sum} \) and \( S_\text{diff} \) were then measured using the SR 770 Network Analyzer. The cross spectrum \( S_{gd} \) and the correlation function \( \gamma \) can be found as

\[
S_{gd} = \frac{S_\text{sum} - S_\text{diff}}{4},
\]

\[
\gamma = \frac{S_{gd}}{\sqrt{S_{Vd}^2} \times \sqrt{S_{Vg}}},
\]

The external gate resistor, \( R_g \), (connected in series with the gate) causes an additional correlation between gate and source current fluctuations, since the gate current fluctuations are transferred to the gate voltage fluctuations and, therefore, are amplified by the transistor

\[
S_{Vd} = S_{fg} \left( \frac{R_{df}}{R_g + R_{df}} \right)^2 R_g^2 g^2.
\]

where \( R_g \) is the resistance connected in series with the drain.

If resistance \( R_g \) is high enough, the noise signals from the gate and drain should be fully correlated \((\gamma = 1)\). Figure 5 shows the dependencies of \( \gamma \) vs \( R_g \) for two samples from “low” (conducting 6H–SiC substrate) and “high” (4H–SiC insulating substrate) noise HFETs (triangles and circles, respectively).

For the “high noise” HFETs, the correlation function \( \gamma \) is close to unity at \( R_g = 10^4 \Omega \) and goes to zero with the decrease of resistance \( R_g \). This proves once again that fluctuations of the gate current in these transistors do not contribute to the drain current fluctuations.

In principle, the low frequency noise in these transistors might be dominated by the contributions from the contacts, surface, and device channel. However, the increase of the relative spectral noise density \( S_{Id}/I_d^2 \) with drain current decrease indicates that the contacts and source-gate, gate-drain lateral regions do not contribute much to the noise. The dominant noise sources should be located in the device channel. \(^9,10\)

In contrast, for “low noise” HFETs, \( \gamma \) remains fairly high \((\gamma = 0.4 – 0.8)\) even as \( R_g \) approaches zero. We note that the dispersion between experimental points for these HFETs is quite large. One of the possible reasons for this phenomenon is a nonstationary behavior of the gate current, demonstrated for Si metal-oxide-semiconductor field effect transistors.\(^1\) Hence, we conclude that in these HFETs, the fluctuations of the gate leakage current do significantly contribute to the output noise.

The difference in the noise behavior of two types of HFETs can be explained by the difference in the structural perfection of the AlGaN and GaN layers in different types of HFETs.\(^12\)

**IV. CONCLUSIONS**

Our results show that in the GaN-based HFETs with a low 1/f noise, the gate current fluctuations can significantly contribute to the output noise. In the devices with a relatively...
high level of the $1/f$ noise, the contribution of the gate leakage current to the low frequency noise of drain current is fully masked by other noise mechanisms. Hence, we conclude that GaN MOS-HFETs with a high degree of structural perfection might potentially lead to the development of the transistors with ultralow $1/f$ noise, since in these devices, the gate leakage current is suppressed by many orders of magnitude.

ACKNOWLEDGMENTS

The work at RPI was supported by the Office of Naval Research. Project monitor is Dr. J. Zolper. The work at USC was supported by the Ballistic Missile Defense Organization (BMDO) under Army SSDC Contract No. DASG60-98-1-0004, monitored by Dr. Brian Strickland and Dr. Kepi Wu. M. E. Levinshtein and S. L. Rumyantsev gratefully acknowledge the support of the European Research Office of the U.S. Army under Contract No. 68171-99-M-6802.